Effect of reinforcement on mechanical characteristics of A356 alloy nanocomposites

S Veličković1, B Stojanović1, Z Djordjević1, S Miladinović1 and J Blagojević1,2
1University of Kragujevac, Faculty of Engineering, Sestre Janjić 6, 34000 Kragujevac, Serbia
2Metalac a.d., Metalac Inko d.o.o., Kneza Aleksandra 212, 32300 Gornji Milanovac, Serbia
E-mail: sandrav@kg.ac.rs

Abstract. Nanocomposites with aluminum base reinforced with nanoparticles, have wide application in many industries, for example, aerospace, marine, automobile, due to its lightweight, high tensile strength and high wear resistance, etc. The study of the microstructure, mechanical and tribological properties of the nanocomposite is very important in order to reliably and optimally carry out the design of new materials. In this study for the mechanical characterization of the A356 composites with a ceramic particle reinforcements nanoindentation was performed. Nanoindentation is largely used for the analysis of mechanical properties. The samples of the nanocomposites were developed using 0, 0.2, 0.3 and 0.5 wt. % SiC, with an average size of particles of about 50 nm, produced by a compocasting process with pre-processing mechanical alloying. Nanoindentation was carried out based on Berkovich's test method with the indenter in shape of three sided diamond pyramid. The nanocomposite testing showed that the nanocomposites containing 0.5 wt.% of the reinforcement have slightly higher tensile strength and a lower value of the elastic modulus compared to the aluminum alloy base.

1. Introduction
In recent years, many composite materials have been developed that replace monolithic materials in many engineering applications. Composite materials consist of a base and an reinforcement that can be in the form of particles, fibers (long or short), laminates etc. Depending on the requirements of the industry, the properties of the base and the reinforcement are combined in order to respond to the set tasks that cannot be answered by conventional engineering materials. The composite can be with a polymeric, ceramic or metal base. Metal matrix composites (MMCs) are a special group of engineering materials due to the use of a light metal base to which different types of reinforcement are added, thereby improving the characteristics of the material. The most common materials used as base of composites are aluminum (Al) [1-3] magnesium (Mg) [4, 5], copper (Cu) [6], and titanium (Ti) [7] or their alloys.
Recent years great attention is paid to aluminum nanocomposites strengthen with particles due to application in the production of parts in the automotive and airplane industry [8, 9]. Metal matrix nanocomposites are a new class of materials that contain a nano-level reinforcement (1-100 nm), e.g. nanoparticles that are often used as an reinforcement. The most commonly used ceramic nanoparticles are Al2O3 and SiC, followed by TiC [10, 11], TiO2 [12, 13], and TiB2 [14, 15], which is confirmed by a large number of published researches in previous years [8].
Ceramic particles can be embedded in the base of aluminum alloy with different techniques. The most commonly used are mechanical alloying and casting. The method of making the nanocomposite with a metal base in liquid state is promising in terms of more economical production (shorter processing time and production cost) [16]. However, the efficient supply and dispersion of the nano-reinforcement is still a big challenge for many researchers [17]. Also, one of the useful techniques for achieving an equal distribution of nanoparticles is powder metallurgy technique [8].

In the last decades, testing of nanocomposite materials has been in expansion in order to find a nanocomposite that will meet certain requirements and replace monolithic materials in automotive, airplane, military, and many other industries.

The aim of this paper is the production of aluminum nanocomposites with different content of silicon carbide reinforcements by using an innovative process that represents a combination of mechanical alloying and compocasting process. Examination of the mechanical characteristics of the obtained nanocomposites with the base of the A356 alloy and with the low content of ceramic nanoparticles, is in order to find the dependence of the reinforcement content on hardness, elastic modulus and other feature of these materials. The tribological properties of these nanocomposites were tested and shown in the paper [18].

2. Overview of mechanical properties of nanocomposites with aluminum base

Today, great attention is paid to aluminum composites reinforced with particles in order to detect the best combination of base and reinforcement (type, size and content) and applied production techniques in order to achieve superior mechanical characteristics. Based on mechanical characteristics such as hardness, elasticity, elongation, density, porosity and tensile strength, a overall characteristics of the test material are obtained. A large number of scientists tested tribological characteristics [8], and the mechanical characteristics of nanocomposites with an aluminum base. Due to the diversity of the methods of obtaining and testing, combinations of the type, content and size of the reinforcement in the nanocomposite, as well as the way of displaying the results, the comparative results of the characteristics of the nanocomposite cannot be unified and diagrammatically illustrate. Some researchers carried out tests of the specific, i.e. the required characteristics, while other researchers carried out a complete analysis of the nanocomposite.

Rajmohan et al. carried out mechanical testing of the composite on hardness with the use of the Vickers method. The reinforcements used to form the composites are: CuO and SiC in mass ratio: CuO of 0 - 2 wt.% and SiC of 10 wt.%. The hardness results showed that the hardness increased with the increase of nanoparticles of the reinforcement in an aluminum base [19]. Also, the test of the hardness by the Vickers was carried out by Sharifi and Karimzadeh who then compared the results of aluminum alloys and hybrid nanocomposites with various reinforcement admixtures [20]. Based on the obtained hardness results, they concluded that the hardness increases with increase of the mass ratio of the reinforcement. The hardness test, depending on the mechanical grinding time, when obtaining the nanocomposite with the CNT and nSiC reinforcements, was considered by Kwon et al. [21]. They concluded that the hardness of the nanocomposite increases with the increase in the mechanical grinding time.

R. Taherzadeh Mousavian and others, in the production of an aluminum composite, tried to use micro particles instead of using nanoparticles to form SiC nanoparticles by increasing the grinding time. They concluded that with increase of grinding time the particle size was reduced, but not completely, because the SEM (Scanning Electron Microscopy) analysis revealed the presence of SiC particles of about 10-20 μm. They found that the particle size cannot be completely altered but they recorded an increase in the strength and hardness of the composite [22].

The combination of SiC particles of nano and micro sizes using stir casting technique for the production of composites was carried out by K. Amouri et al. The average particle size of nano and micro-size SiC powders was 50 nm and 5 μm. Testing the strength of the composite with the A356 base and the nano SiC particles of 0.5 and 1.5 wt.% and micro SiC with a content of 5 wt.% recorded a significant improvement in strength. More precisely, the highest strength was obtained in the composite containing 1.5 wt.% nano SiC. With the addition of micro/nano SiC particles the MMC has a significantly increased strength while ductility is reduced. Composite with a content of 1.5 wt.%
nano SiC possesses the highest tensile and compression strengths. The greatest strength of the nanocomposite is attributed to an optimized combination of sizes, equal distribution, and volume of particle fraction [23].

Hassan Tazari et al. carried out mechanical testing of aluminum nanocomposites with different SiC particle content of 1 wt.% to 5 wt.% produced by powder metallurgy [24]. They discovered that micro-hardness increases with an upward trend with the addition of particles up to 3 wt.% and then adding 5 wt.% this trend slightly decreases. In the analysis, they also found an increase in the porosity of the nanocomposite with the content of the reinforcement of 5 wt.%, which was also uncovered by the decrease in relative density. The improvement in micro-hardness values of 95%, 83% and 166% was recorded with an increase in reinforcement content of 1, 3 and 5 wt.%, respectively.

In the addition to the hardness of the material, tensile strength monitoring is also important. Poovazhagan and others performed all mechanical tests on the nanocomposite [25]. For the reinforcements, they used SiC and B4C with mass ratio for both reinforcements: 0.5 wt.%, 1 wt.% and 1.5 wt.% The results obtained by tension test showed that the maximum tensile strength of the composite with 1 wt.% SiC + 0.5 wt.% B4C was 265 MPa. While the composite with 1.5 wt.% SiC + 0.5wt.% B4C had a tensile strength of 200 MPa. Mahmoud et al. [26] performed mechanical testing of nanocomposite samples with the Al2O3 and Ni reinforcements in the following ratio: Al2O3 of 2, 3 wt.%, and Ni of 5, 10, 15 wt.%. The highest value of the tensile strength of 380 MPa was obtained for the composite with 2 wt.% Al2O3 and 5 wt.% Ni, while the significantly lower strengths of 300 MPa were obtained with the composite ratio of the reinforcement from 3 wt.% Al2O3 and 5 wt.% Ni.

Comparison of experimental and theoretical results for density was carried out by Muley et al. While Sharifi and Karimzadeh made a comparison between the density of the composites obtained by experimental paths and between the composites with multiple variations of the reinforcement [20]. Generally, the density values obtained by the experiments and theoretically are very close.

On the basis of the obtained results for density [28, 29] it is noticed that the density of the nanocomposite is mostly influenced by the content of the mass fraction of the material, as well as the choice of the material of the reinforcement because different reinforcements result in different densities of the final nanocomposite. With the increase in the mass fraction of CuO in the composite, the density increases [28]. The stretch test of the nanocomposite and comparison with the base of the nanocomposite [25, 26] led to the conclusion that increasing the reinforcement content may result in more or less elongation of the nanocomposite than in the base alloy.

Based on previous research and literature review, it is noted that the properties of the nanocomposite with the metal base are greatly influenced by the size, shape, uniform distribution, the hardening mechanism, as well as the thermal stability of the nano reinforcement [30]. Also, the great influence on the mechanical behavior of the material depends on the porosity of the materials which is need to be controlled in order to avoid undesirable properties [31, 32]. Researchers tend to achieve an improvement in mechanical properties without affecting ductility by applying certain quantities of particles at the nano level [33].

For nanocomposites strengthened by nanoparticles, strength and ductility can be improved at the same time if the particles are correctly or evenly distributed on the base. Unlike micron particles, nanoparticles with a similar and even smaller particle volume in the base can improve the mechanical properties of the nanocomposite [2, 34]. Moreover, in the previous research, the optimization methods have been observed in order to speed up the research process and optimize the processing parameters and conditions, as well as the nanocomposite testing. Temel Varol et al. [35] created a model for predicting the effect of SiC reinforcement size, reinforcement content, and grinding time on the density and strength of the nanocomposite AA2024-SiC by using a neural network. They have confirmed that the results obtained by the multilayer neural model have consistency with experimental values that they found on the basis of error in results which was less than 1%. The results of this study show that the neuronal network model can be used to predict the density and hardness of the AA2024 nanocomposite with great precision. Also, a powerful means of achieving appropriate data for predicting and optimizing the desired parameters in various processing technologies of advanced
materials is possible by using the combination of the artificial neural networks (ANN) and genetic algorithms (GA) method [36] and many other optimization methods.

3. Experiment

3.1. Materials

A356 alloy is selected as the base of the nanocomposites because it possesses high mechanical strength, ductility, hardness, fatigue strength, fluidity and the possibility of light machining and good weldability. The chemical composition of the used hypoeutectic Al-Si alloy A356 is as follows: Si (7.20 wt.%), Cu (0.02 wt.%), Mg (0.25 wt.%), Mn (0.01 wt.%), Fe (0.18 wt.%), Zn (0.01 wt.%), Ni (0.02 wt.%), Ti (0.11 wt.%) and rest is Al.

To obtain the nanocomposite, prior to the compocasting procedure, a pre-treatment was applied - the mechanical alloying of the metal chips of the base alloy with nanoparticles of the SiC reinforcement of about 50 nm. One of the most important ceramic reinforcements for metal matrix composites are SiC particles. The importance of use of SiC particles in MMC is due to its properties such as good thermal stability, low density, high wear resistance, high melting point and high hardness. The SiC nanoparticles were washed in ethyl alcohol before the alloying procedure, and heated to a temperature of up to 400°C in order to free the moisture and possible chemical impurities. The metal chips of the A356 alloy was washed in trichlorethylene and then in ethyl alcohol for degreasing. A more detailed procedure for obtaining the nanocomposite with and the used apparatus is described in [18].

The mechanical properties of the A356 alloy can be improved by thermal treatment. In this study, the applied thermal treatment T6 implied the first solvent irradiation for 8 hours at a temperature of 525°C, followed by tempering in water at 30°C to room temperature. And finally, natural aging for 5 hours in the air or artificial aging (precipitation) for 8 hours at a temperature of 165°C. The goal of thermal treatment is to increase hardness and reduce toughness, to obtain an optimal combination of strength and toughness, as well as removing residual stresses.

3.2. Specimen preparation

The quality of the treated surface greatly influences the exploitation properties of the machine parts, as well as their lifetime. It is generally known that the surface of any machine element after finishing is never absolutely smooth. So before testing the material, it is necessary to prepare the surface of the samples after cutting the castings to certain dimensions.

The application of the grinding and polishing method tended to achieve certain roughness of the surfaces after the milling process. The grinding process was carried out by treating the contour surfaces with abrasive paper grit of 1000, 2000 and 3000, while the polishing was performed with an emulsion with abrasive grains of 1 μm in order to obtain surfaces of the appropriate quality. The preparation of the samples was carried out on the MetaServ 250 polisher. This polisher can be found in the paper [37] in which the analysis of tribological characteristics of nanocomposites was carried out. The computer-assisted device for testing of the mechanical properties of the tested materials is Nanoindenter and Micro Scratch Tester, and this device is shown in figure 1. Technical specification of the used nanoindenter is: maximum load 500 mN, load resolution 0.04 µN, maximum depth 40 µm (optional 200 µm), depth resolution 0.04 nm and movement of measuring table XY, 150 x 80 mm.
Figure 1. Nanoindenter and Micro Scratch Tester.

With this device is possible to continuously measure normal load and movement of the indenter during the hardness testing. Measurement of the elastic modulus and hardness using this device is possible based on the budget method developed by scientists Pharr and Oliver [38].

3.3. Nanoindentation

The mechanical properties of the nanocomposite and the A356 alloy are tested by penetrating the surface of the test sample. During these tests, Berkovich's three-sided diamond pyramid was used as an indenter. Experimental tests were carried out in the conditions shown in table 1. The chosen type of test is in the form of a matrix, and it is 3x3, which means tests were carried out in 9 points.

Table 1. Conditions of nanoindentation experiments.

| Parameter               | Unit    | Value |
|-------------------------|---------|-------|
| Normal load             | mN      | 50    |
| Maximum load holding time | s      | 15    |
| Loading speed           | mN/min  | 100   |
| Unloading speed         | mN/min  | 100   |

In this study, the value of the normal load was 50 mN, because the previous research of these materials proved that force variation does not significantly affect the results of hardness. The value of Poisson's coefficient in this test was taken as the value for aluminum and it is 0.33.

4. Results and discussion

As the results of nanoindentation a number of representative values can be obtained, in this paper the following will be shown: hardness (HV), elastic modulus (E) and value of maximum indentation depth (hmax). Also, based on the measurements carried out, in figure 2, the diagram of indentation is shown, which represents the dependence of the normal load of the indenter and the maximum depth of
penetration. The illustrated diagram of indentation was selected according to the corresponding hardness values that were closest to the mean values of the hardness (figure 3).

**Figure 2.** Nanoindentation curves for nanocomposites with SiC reinforcement and A356 alloy.

Based on the trend of indentation curves of all the examined materials, there is no large difference between the tested materials in the appearances of the curves. These curves show the elastic and plastic deformations during and after the process. The first is the result of the elastic deformation of the tested materials and it ends with the indentation depth about ~ 300 nm. Thereafter, there are no significant changes in the curve trends. Also, it is possible to notice two stages in the load process (load and unload), which are denoted in figure 2.

**Figure 3.** Experimental values of hardness.
Based on the curves obtained by nanoindentation of samples of A356 alloys and nanocomposites with reinforcement content of 0.2, 0.3 and 0.5 wt.% SiC, it can be noticed that the obtained values of the hardness of the nanocomposite are higher compared to the base alloy. The difference in the hardness of the material is evident from the difference in the indentation depths of the indenter into the test samples (figure 4), which means that the greater indentation depth is followed by a lower hardness value.

What has to be noted is that during the implementation of the experiment, it was taken into account that the matrix is positioned in such a way that it is approximately in the same position for each material, more precisely, the same number of imprints are in areas with and without the presence of eutectic silicon on the surface of the material. However, some of the results were not taken into consideration because there was much greater hardness, and this happened when the indenter hit the eutectic silicone. Previously mentioned was done to reduce the dispersion in the averaging of the test results.

**Figure 4.** Mechanical properties as a function of the impression depth: (a) hardness; (b) elastic modulus.
Based on the results shown, for the elastic modulus, it can be said that the increase in the percentage content of the reinforcement does not greatly affect the value of the elastic modulus. It can also be concluded that the lower indentation depth indicates the strengthening of the base with silicon carbide, and Behzad Sadeghi and others have come to similar conclusions [39]. It is generally known that the presence of agglomeration and porosity has a negative impact on the mechanical properties of nanocomposite materials [40]. Analyzing the nanocomposite surfaces by SEM analysis in [37], no agglomeration of nanoparticles was observed, which confirms the increase in the hardness of these materials.

5. Conclusions

Hardness tests were conducted with the aim of analyzing the effect of nanoparticles of silicon carbide as a reinforcement in the A356 base. Based on the obtained values of the hardness in surface layer of the nanocomposites, a noticeable increase in hardness was observed in comparison to the base alloy of the nanocomposite. Increasing the reinforcement content of 0.2, 0.3 and 0.5 wt.% increases the hardness of the nanocomposites \(\sim 131\), \(133\) and \(134\) Vickers, respectively. Also, it can be concluded that the elasticity of the material decreases with the increase of reinforcement content. When comparing the hardness and elastic modulus of the tested nanocomposites there is a small deviation in the results, which is due to the small difference in reinforcement content in the nanocomposites.

However, it has to be noted that the extreme values obtained for eutectic silicon have not been taken into consideration and this requires additional research because it has an impact on the hardness values of the surface layer of the material.

Acknowledgments

This paper presents the results obtained during research within the framework of the project TR 35021, supported by the Ministry of Education, Science and Technological Development of the Republic of Serbia.

References

[1] Shalaby E A, Churyumov A Y, Solonin A N and Lotfy A 2016 Preparation and characterization of hybrid A359/(SiC+ Si3N4) composites synthesized by stir/squeeze casting techniques, Materials Science and Engineering: A 674 18-24
[2] Kandemir S 2017 Microstructure and mechanical properties of A357/SiC nanocomposites fabricated by ultrasonic cavitation-based dispersion of ball-milled nanoparticles, Journal of Composite Materials 51(3) 395-404
[3] Sameezadeh M, Farhangi H, and Emamy M 2015 Nanocomposites of aluminum alloy-MoSi2: Synthesis and characterization, Journal of Composite Materials 49(25) 3145-3155
[4] Shen M J, Wang X J, Li H, Zhang M F, Ying T, Nie K B and Wu K 2018 Effects of (micron+ submicron+ nano) multisized SiC particles on microstructure and mechanical properties of magnesium matrix composites, Journal of Composite Materials 52(15) 2055-2064
[5] Penther D, Ghasemi A, Riedel R, Fleck C and Kamrani S 2018 Effect of SiC nanoparticles on manufacturing process, microstructure and hardness of Mg-SiC nanocomposites produced by mechanical milling and hot extrusion, Materials Science and Engineering: A 738 264-272
[6] Uddin S M, Mahmud T, Wolf C, Glanz C, Kolaric I, Volkmer C, Höller H, Wienecke U, Roth S and Fecht H J 2010 Effect of size and shape of metal particles to improve hardness and electrical properties of carbon nanotube reinforced copper and copper alloy composites, Composites Science and Technology 70(16) 2253-2257
[7] Prakash K S, Gopal P M, Anburose D and Kavimani V 2016 Mechanical, corrosion and wear characteristics of powder metallurgy processed Ti-6Al-4V/B4C metal matrix composites. Ain Shams Engineering Journal 9(4) 1489– 1496
[8] Veličković S, Garić S, Stojanović B and Vencel A2016 Tribological properties of aluminium matrix nanocomposites, Applied Engineering Letters 1(3) 72-79
[9] Veličković S, Stojanović B, Ivanović L, Miladinović S and Milojević S 2018 Application of nanocomposites in the automotive industry, International Congress Motor Vehicles &
Motors, Kragujevac, Serbia, Oct 4 - 5, pp. 323-332

[10] Reddy M P, Himyan M A, Ubaid F, Shakoor R A, Vyasaraj M, Gururaj P, Yusuf M, Mohamed A M A and Gupta M 2018 Enhancing thermal and mechanical response of aluminium using nanolength scale TiC ceramic reinforcement, Ceramics International 44(8) 9247-9254

[11] Gao Y Y, Qiu F, Geng R, Chu J G, Zhao Q L and Jiang Q C 2019 Effects of nanosized TiC dispersion on the high-temperature tensile strength and ductility of in situ TiCp/Al-Cu-Mg-Si nanocomposites, Journal of Alloys and Compounds 774 425-433

[12] Mehrizi M Z, Mostaan H, Beygi R, Rafiee M and Abbasian A R 2018 Reaction Pathways of Nanocomposite Synthesized in-situ from Mechanical Activated Al–C–TiO2 Powder Mixture, Russian Journal of Non-Ferrous Metals 59(1) 117-122

[13] Qanavatian H, Mehrizi M Z and Raoufi M 2018 Synthesis of Fe3Al–TiC-SiC Nanocomposite by Mechanical Alloying of FeSiTiO3–Al–C Powders, Silicon 1-7

[14] Javadi A, Pan S and Li X 2018 Fabrication of High Strength Al Nanocomposites with Populous TiB2 Nanoparticles Procedia Manufacturing 26 629-632

[15] Singh H, Raina A and Haq M I U 2018 Effect of TiB2 on Mechanical and Tribological Properties of Aluminium Alloys–A Review, Materials Today: Proceedings 5(9) 17982-17988

[16] Bobić B, Vencl A, Ružić J, Bobić I and Damnjanović Z 2019 Microstructural and basic mechanical characteristics of ZA27 alloy-based nanocomposites synthesized by mechanical milling and compocasting, Journal of Composite Materials 53(15) 2033-2046

[17] Javadi A, Cao C and Li X 2017 Manufacturing of Al-TiB2 Nanocomposites by Flux-Assisted Liquid State Processing, Procedia Manufacturing 10 531-535

[18] Veličković S, Stojanović B, Babić M, Vencl A, Bobić I, Bognár G V and Vučetić F 2019 Parametric optimization of the aluminium nanocomposites wear rate, Journal of the Brazilian Society of Mechanical Sciences and Engineering 41(1) 19

[19] Rajmohan T, Palanikumar K and Arumugam S 2014 Synthesis and characterization of sintered hybrid aluminium matrix composites reinforced with nanocopper oxide particles and microsilicon carbide particles, Composites Part B: Engineering 59 43-49

[20] Sharifi E M and Karimzadeh F 2011 Wear behavior of aluminum matrix hybrid nanocomposites fabricated by powder metallurgy, Wear 271(7-8) 1072-1079

[21] Kwon H, Saarna M, Yoon S, Weidenkaff A and Leparoux M 2014 Effect of milling time on dual-nanoparticulate-reinforced aluminum alloy matrix composite materials, Materials Science and Engineering: A 590 338-345

[22] Mousavian R T, Khosroshahi R A, Yazdani S, Brabazon D and Boostani A F 2016 Fabrication of aluminum matrix composites reinforced with nano-to micrometer-sized SiC particle, Materials & Design 89 58-70

[23] Amouri K, Kazemi S, Momeni A and Kazazi M 2016 Microstructure and mechanical properties of Al-nano/micro SiC composites produced by stir casting technique, Materials Science and Engineering: A 674 569-578

[24] Tazari H and Siadati M H 2017 Synthesis and mechanical properties of aluminum alloy 5083/SiCnp nanocomposites, Journal of Alloys and Compounds 729 960-969

[25] Poovazhagan L, Kalaichelvan K, Rajadurai A and Senthivelan V 2013 Characterization of hybrid silicon carbide and boron carbide nanoparticles-reinforced aluminum alloy composites, Procedia Engineering 64 681-689

[26] El-Labban H F, Abdelaziz M and Mahmoud E R 2016 Preparation and characterization of squeeze cast-Al–Si piston alloy reinforced by Ni and nano-Al2O3 particles, Journal of King Saud University-Engineering Sciences 28(2) 230-239

[27] Muley A V, Aravindan S and Singh I P 2015 Mechanical and tribological studies on nano particles reinforced hybrid aluminum based composite, Manufacturing Review 2 26

[28] Baradeswaran A and Perumal A E 2014 Study on mechanical and wear properties of Al 7075/Al2O3/graphite hybrid composites, Composites Part B: Engineering 56 464-471

[29] Yazdani B, Xu F, Ahmad I, Hou X, Xia Y and Zhu Y 2015 Tribological performance of Graphene/Carbon nanotube hybrid reinforced Al2O3 composites, Scientific reports 5 11579
[30] Kannan C and Ramanujam 2017 Comparative study on the mechanical and microstructural characterization of AA 7075 nano and hybrid nanocomposites produced by stir and squeeze casting, *Journal of advanced research* 8(4) 309-319

[31] Sadeghi B, Shamanian M, Ashrafizadeh F, Cavaliere P and Rizzo A 2018 Friction stir processing of spark plasma sintered aluminum matrix composites with bimodal micro-and nano-sized reinforcing Al2O3 particles, *Journal of Manufacturing Processes* 32 412-424

[32] Mazahery A and Ostadshabani M 2011 Investigation on mechanical properties of nano-Al2O3-reinforced aluminum matrix composites, *Journal of composite materials* 45(24) 2579-2586

[33] Ezatpour H R, Sajjadi S A, Sabzevar M H and Huang Y 2014 Investigation of microstructure and mechanical properties of Al6061-nanocomposite fabricated by stir casting, *Materials & Design* 55 921-928

[34] Akbari M K, Baharvandi H R and Mirzaee O 2013 Fabrication of nano-sized Al2O3 reinforced casting aluminum composite focusing on preparation process of reinforcement powders and evaluation of its properties, *Composites Part B: Engineering* 55 426-432

[35] Varol T, Canakci A and Oszahin S 2018 Prediction of effect of reinforcement content, flake size and flake time on the density and hardness of flake AA2024-SiC nanocomposites using neural networks, *Journal of Alloys and Compounds* 739 1005-1014

[36] Esmaeili R and Dashtbayazi M R 2014 Modeling and optimization for microstructural properties of Al/SiC nanocomposite by artificial neural network and genetic algorithm, *Expert Systems with Applications* 41(13) 5817-5831

[37] Veličković S, Stojanović B, Vencl A, Babić M, Džunić D, Pantić M and Šljivić V 2019 Tribological behaviour of A356/SiC nanocomposite, 16th International Conference on Tribology, Kragujevac, Serbia, May 15 – 17, pp. 115-123

[38] Oliver W C and Pharr G M 1992 An improved technique for determining hardness and elastic modulus using load and displacement sensing indentation experiments, *Journal of materials research* 7(6) 1564-1583

[39] Sadeghi B, Shamanian M, Ashrafizadeh F, Cavaliere P and le Valerini D 2018 Nanoindentation characterization of Al-matrix nanocomposites produced via spark plasma sintering, *International Journal of Materials Research* 109(1) 50-62